Title
Effects of cavity preparation using a nanosecond-pulsed Nd-YAG laser on tooth-restoration interface

Permalink
https://escholarship.org/uc/item/7p60t258

Journal
Lasers in Medical Science, 12(1)

ISSN
0268-8921

Authors
Wilder-Smith, P
Nguyen, A
Lin, S
et al.

Publication Date
1997-03-01

DOI
10.1007/bf02763917

Copyright Information
This work is made available under the terms of a Creative Commons Attribution License, available at https://creativecommons.org/licenses/by/4.0/

Peer reviewed
Original Articles
Effects of Cavity Preparation Using a Nanosecond-pulsed Nd-YAG Laser on Tooth–Restoration Interface

P. WILDER-SMITH, A. NGUYEN, S. LIN, M.W. BERNS
Beckman Laser Institute & Medical Clinic, University of California, Irvine, CA 92612, USA

Correspondence to: P. Wilder-Smith, Director of Dentistry and Assistant Professor, Beckman Laser Institute and Medical Clinic, 1002 Health Science Road East, University of California, Irvine, CA 92612, USA

Paper accepted 23 September 1996 (Irvine)

Abstract. This study evaluated the tooth–restoration interface between composite resin or glass ionomer cement and the tooth surface in teeth where caries removal and cavity preparation were performed either with the dental drill, the dental drill and laser irradiation, or laser irradiation alone. A nanosecond-pulsed Nd-YAG laser was used at energy densities of 2–8 J cm\(^{-2}\). After tooth restoration, microleakage tests were performed using methylene blue. Using general linear model procedures, no significant differences in microleakage were determined between ‘drill’ and ‘drill and laser’-prepared groups \((p<0.01)\) in resin- and in glass-ionomer-restored teeth. These specimens showed significantly less dye penetration than the ‘laser only’ group \((p<0.0001)\). No correlation was found between fluence and microleakage using either restorative material \((p=0.8)\). Dye penetration was significantly greater in the composite-filled than in the glass-ionomer group \((p<0.05)\). Mechanisms influencing laser effects on bonding require further investigation before clinical application of lasers as an alternative to the dental drill can become viable.

INTRODUCTION

A wide range of lasers have been investigated for their ability to ablate healthy and carious hard dental tissues (1–15). However, before laser ablation of hard dental tissues can become clinically viable, several issues pertaining to safety and efficacy of procedures need to be resolved.

Laser–tissue interactions using the devices currently available to clinicians are dominated by the absorption characteristics of light. Laser radiation, absorbed in the surface layers, heats and melts/vaporizes the target tissues. Vaporization creates a recoil momentum which ejects liquified substrate in a secondary ejection process. The laser beam’s depth of penetration, which is related to the tissues’ optical properties, becomes very relevant when, for example, enamel or dentin are the primary targets for irradiation, and yet the laser beam has the potential to penetrate through these tissues to affect the underlying pulpal tissues as well. The choice of laser parameters is also vital; in general, longer pulse durations are less desirable from the thermal aspect, as they allow thermal energy to accumulate and penetrate sufficiently deeply into the target tissue to induce both direct damage and thermo-mechanical stresses. As a consequence, collateral damage can occur.

Pulpal tissues are particularly sensitive to thermal events (16), whereas dental hard tissues undergo cracking, cratering, fracture, structural breakdown or melting in response to high temperatures (17–21). Pulse shortening results in smaller volume heating due to the reduced energy deposition time, and the threshold energy for ablation decreases as well (22–23). Thus, short laser pulses can result in reduced collateral, thermal and structural damage. Thermal studies performed using the nanosecond-pulsed Nd-YAG laser have indeed demonstrated the capability of this laser to ablate dentin with reduced thermal effects.
in adjacent dental tissues (22, 24-26), as compared with those of conventional Nd-YAG lasers available to dental clinicians.

Another issue involves potential deleterious laser-induced alterations in the tooth surface which may, for example, prevent successful bonding of restorative materials to the irradiated surfaces. Such factors include irradiation-induced melting, cratering, charring or cracking and chemical changes in surface composition (17-21, 27-31). The capability for complete caries removal must also be evaluated.

An intact interface acting as a barrier to microleakage of bacteria and oral fluids is important in preventing dental pathology and pain. Several researchers have investigated the use of lasers for intentional modification of tooth surfaces to improve the tooth surface–restoration interface. In these studies, lasers were usually used solely for surface treatment after conventional cavity preparation (32-41). Most of these investigations were performed using fairly long-pulsed or continuous wave Nd-YAG or CO₂ lasers, which would tend to induce significant temperature increases during irradiation, giving rise to concerns about pulpal tolerance of such procedures. Moreover, the results obtained in these studies varied enormously, ranging from laser-enhanced bonding of dentin with composite resins (40), to marginal microleakage attributed to the effects of laser irradiation (32, 33). This wide range of results demonstrates that further investigation and quantification of the issues involved is necessary prior to clinical application of lasers to restorative procedures.

Cost/benefit factors should also be considered; dental lasers are currently still fairly expensive devices. Therefore, it may be more useful to investigate the tooth–restoration interface after laser use for actual cavity preparation, instead of merely applying such a costly device as an adjunct for minor modification of the surface of conventionally prepared cavities.

This study was performed to evaluate the tooth–restoration interface created between a composite resin or a glass ionomer cement and the tooth surface in teeth where caries removal and cavity preparation were performed either conventionally or using the nanosecond-pulsed Nd-YAG laser. In the drill-prepared group, one half of the samples were additionally irradiated to investigate laser-induced surface modifications and their effects on bonding.

MATERIALS AND METHOD

Laser device

The Nd-YAG laser (Medlite, Continuum Biomedical Inc., Santa Clara, CA, USA) emitted at a wavelength of 1064 nm; pulse durations approximated 5-10 ns. Light was delivered through an articulated arm and an adjustable handpiece, with a spot size of 2 mm. The device was used in the non-contact mode.

Tooth sample preparation

A total of 104 teeth was used in this study. Fifty-two teeth were filled with composite resin; all samples in this group were allocated to Group 1. Teeth in Group 1 were prepared for composite-resin restoration either using the drill alone (Group 1A), using the laser alone (Group 1B), or using drill and laser (Group 1C).

A further 52 specimens were filled with glass ionomer cement and allocated to Group 2. Teeth in Group 2 were prepared for glass-ionomer restoration either using the drill alone (Group 2A), using the laser alone (Group 2B), or using drill and laser (Group 2C). The experimental scheme within each group of 52 teeth is shown in Fig. 1.

Class II lesions and composite resin

Sample preparation. Fifty-two extracted permanent human teeth with clinical evidence of class II decay were used for this section of the study. In an attempt to gather similar samples, only teeth with darkly discoloured carious dentin and no gross structural cavitation or destruction as determined by the naked eye were included. These teeth were randomly divided into three groups as described below and in Fig. 1.

Group 1A: Caries was removed in seven teeth, and class II cavity preparations were performed using the high-speed dental drill with carbide burs and water spray according to conventional technique. Two teeth were examined by light microscopy and scanning electron microscopy (SEM); five teeth were restored, then subjected to dye-penetration testing.

Group 1B: In 24 samples, caries was removed and cavity preparation were performed either conventionally or using the nanosecond-pulsed Nd-YAG laser. In the drill-prepared group, one half of the samples were additionally irradiated to investigate laser-induced surface modifications and their effects on bonding.
Cavity Preparation Using a Nanosecond-pulsed Nd-YAG Laser

Fifty-two teeth

Group A
Seven teeth
Conventional drill preparation

Group B
Twenty-four teeth
Eight each at 2, 5 or 8 J cm\(^{-2}\)
Laser drilled

Group C
Twenty-one teeth
Seven each at 2, 5 or 8 J cm\(^{-2}\)
Conventional drill preparation + laser-surface treatment

Two teeth
Lm, SEM

Six teeth
Two each at 2, 5 or 8 J cm\(^{-2}\)
Lm, SEM

Three teeth
One each at 2, 5 or 8 J cm\(^{-2}\)
Decalcified, stained

Six teeth
Two each at 2, 5 or 8 J cm\(^{-2}\)
Lm, SEM

Five teeth
Restoration, dye penetration

Fifteen teeth
Five each at 2, 5 or 8 J cm\(^{-2}\)
Restoration, dye penetration

Fifteen teeth
Five each at 2, 5 or 8 J cm\(^{-2}\)
Restoration, dye penetration

Fig. 1. Study design and sample allocation. SEM, scanning electron microscopy; Lm, light microscopy.

respectively. Two teeth from each of these subgroups (total of six teeth) were subjected to light microscopy and SEM. One sample from each subgroup (total of three teeth) was routinely decalcified and stained with basic fuchsin. Five teeth from each subgroup (total of 15 teeth) were restored, then underwent dye-penetration testing.

Group 1C: Twenty-one samples were prepared with the dental drill as for Group A. Seven teeth were irradiated at 2, 5 or 8 J cm\(^{-2}\), respectively. Two teeth from each of these subgroups (total of six teeth) were subjected to light microscopy and SEM. Five teeth from each subgroup (15 teeth) were restored, then underwent dye-penetration testing.

Irradiation was stopped repeatedly to assess the progress of caries removal. Irradiation was performed until no more decay could be removed; this was assessed by visual and tactile inspection. Also, flashes and acoustic effects became minimal at this endpoint.

Samples in Group 1C were subjected to the same laser parameters after conventional (drill) cavity preparation; the laser beam was scanned manually and uniformly over each sample for a total duration of 5 s.

Restoration. Five samples from each subgroup were restored using hybrid composite resin. After cavity preparation, surfaces were rinsed with water. The samples were then air-dried for 10 s. Prisma VLC DYCAl base/liner was applied and polymerized according to manufacturer’s instructions. The enamel was acid-conditioned with a caulk conditioner gel (37% phosphoric acid) for 60 s, rinsed with water for 15 s, and Probond primer was applied. Probond Adhesive was applied, cured for 20 s and the cavity was filled incrementally with Prisma A.P.H. Hybrid Composite (Dentsply International Inc., Milford, DE 19963-0359). Using coarse (#1982M), medium (#1982F) and fine (#1982) Sof-Lex Pop-On polishing discs, restorations were trimmed and polished.
**Class V lesions and glass ionomer cement**

**Sample preparations.** Fifty-two extracted permanent teeth with cervical lesions measuring approximately 1–2 mm (height) × 2–4 mm (width) × 1–2 mm (depth) were randomly allocated to one of three subgroups as described above (Fig. 1). In an attempt to provide a certain modicum of homogeneity in these samples, only teeth with moderate discoloration and surface softening were included.

Class V, V-shaped, non-retentive cavity preparations were made using the high-speed dental drill with a No. 1700 carbide bur and water spray in Groups 2A and 2C, and using the laser in Group 2B. Samples in Group 2C received laser irradiation after conventional preparation.

**Laser parameters.** Fluences of 2, 5 or 8 J cm\(^{-2}\) were used at a frequency of 5 Hz and a spot size of 2 mm. For cavity preparation in Group 2B, irradiation durations measured 52.6–4.6 s. Irradiation was continued until no further ablation was achieved as determined by direct visual and tactile assessment. This ablation endpoint was visually apparent; flashes and acoustic effects became minimal, with no further progress in caries removal. For samples in Group 2C, the laser beam was scanned manually over each sample for a total duration of 5 s.

**Restoration.** After irradiation, all the cavity surfaces were cleansed with KETAC dentin conditioner for 10 s, rinsed with water for 30 s, and air-dried for 10 s. The KETAC-FIL was prepared, applied, polymerized and glazed according to manufacturer’s instructions. Sof-Lex Pop-On polishing discs beginning from the coarse disc (#1982M), progressing to the medium disc (#1982F) and to the fine disc (#1982) were used for trimming and polishing.

**Scanning electron microscopy**

Two samples from each subgroup were observed using light microscopy, then prepared for SEM. The specimens underwent dehydration in a graded series of aqueous ethanol (30, 50, 70, 90, 100%) for 10 min at each concentration. Samples were mounted on stubs using colloidal silver liquid (Ted Pella, CA) and gold coated on a Pac-1 Pelco advanced coater 9500 (Ted Pella, CA). Scanning electron micrographs were taken on a Phillips 515 SEM (Mohawk, NJ).

**Dye-penetration tests**

The five restored specimens from each subgroup were immersed in a 5% methylene blue dye for 4 h as described by Kaplan et al (49), then split into two sections. Dye penetration was measured from the prepared tooth surface to the furthest extent of the dye discoloration in dentin at 10 standardized locations per tooth, using an Olympus light microscope (Olympus Optical Co., Ltd, Japan), as described by Kaplan et al (49).

**Statistics**

Results were statistically assessed using general linear model procedures.

**RESULTS**

**Class II lesions and composite resin**

Caries ablation was quicker at the higher fluences used, but a complete removal of carious tooth substance was not achieved by laser irradiation at any laser parameters. To the naked eye, a residual layer of softened and discoloured tooth substance was apparent. Light microscopy and SEM confirmed these findings (Fig. 2). In the SEM, surfaces of samples irradiated at a fluence of 2 or 5 J cm\(^{-2}\) after drill preparation (Fig. 3) resembled those
prepared by drill alone, as no morphological changes were apparent (Fig. 4). Irradiation at a fluence of 8 J cm\(^{-2}\) after drilling produced a few very minor areas of surface alteration which were mainly noticeable in superficial dentin fragments or debris (Fig. 5). Decalcified and stained samples showed residual infected decay in all specimens where caries removal had been performed using the laser alone (Fig. 6).

Results of dye-penetration measurements are depicted in Table 1. No dye discoloration was recorded within the composite restorations, which microscopically looked more homogeneous than the glass-ionomer restorations. No significant differences in microleakage were determined between the ‘drill’- and the ‘drill and laser’-prepared groups (\(p<0.01\)). Drill-prepared specimens without or with subsequent laser irradiation showed significantly less dye penetration than the laser-ablated group (\(p<0.0001\)). No correlation was found between the fluences used and microleakage in either Group B or Group C (\(p=0.8\)). It should be noted that standard deviations were relatively high in all groups.
Table 1. Dye-penetration measurements (composite restoration)

| Sample preparation | Sample number | Dye penetration (µm) |
|--------------------|---------------|----------------------|
| Drill alone        | 5             | 141.5 ± 225.0        |
| Laser (2 J cm\(^{-2}\)) | 5          | 811.5 ± 517.0        |
| Laser (5 J cm\(^{-2}\)) | 5          | 667.5 ± 406.0        |
| Laser (8 J cm\(^{-2}\)) | 5          | 750.5 ± 369.5        |
| Drill and laser (2 J cm\(^{-2}\)) | 5          | 202.5 ± 139.5        |
| Drill and laser (5 J cm\(^{-2}\)) | 5          | 112.5 ± 148.0        |
| Drill and laser (8 J cm\(^{-2}\)) | 5          | 220.0 ± 195.5        |

Table 2. Dye-penetration measurements (glass-ionomer restoration)

| Sample preparation | Sample number | Dye penetration (µm) |
|--------------------|---------------|----------------------|
| Drill alone        | 5             | 54.5 ± 66.0          |
| Laser (2 J cm\(^{-2}\)) | 5          | 318.0 ± 448.0        |
| Laser (5 J cm\(^{-2}\)) | 5          | 319.5 ± 463.0        |
| Laser (8 J cm\(^{-2}\)) | 5          | 471.5 ± 586.5        |
| Drill and laser (2 J cm\(^{-2}\)) | 5          | 61.0 ± 84.5          |
| Drill and laser (6 J cm\(^{-2}\)) | 5          | 68.0 ± 75.0          |
| Drill and laser (8 J cm\(^{-2}\)) | 5          | 52.0 ± 69.0          |

Class V lesions and glass ionomer cement

Results of caries ablation paralleled those described above. Results of dye-penetration measurements are depicted in Table 2. These results also parallel those described above, except that some glass-ionomer restorations were discoloured by the dye. Dye penetration was significantly greater in the composite-filled group than in the glass-ionomer group after all forms of cavity preparation (p<0.05).

DISCUSSION

Throughout this investigation, care was taken to avoid dehydration of tooth samples. For each of the groupings established, specimens were used with carious lesions of approximately the same size and localization. These measures were instituted as such factors significantly affect the results of bonding studies (42). Despite these precautions, fairly large standard deviations were seen throughout this study, doubtless related to inter-tooth differences with regard to origin, age, storage duration and caries pathology.

Complete removal of carious tooth substance was not achieved in this study using the nanosecond-pulsed Nd:YAG laser. Other authors have achieved varying levels of caries removal using Nd:YAG laser devices emitting longer pulses of radiation at 1064 nm. Myers et al reported effective ablation of incipient pit and fissure lesions in extracted human teeth (43), but Parkins et al (44) described use of a conventional dental handpiece to complete laser cavity preparation in carious enamel and dentin of primary molars. In a 3-year clinical trial, White et al (3) used Nd:YAG laser irradiation for caries removal, but full cavity preparation was often completed using conventional methods as an adjunct. Irradiation at 1064 nm is not strongly absorbed and consequently penetrates relatively well through enamel and dentin (3). Therefore, even in the absence of visible damage from irradiation to hard tissue structures, an adequate thickness of hard tooth substance is essential to provide pulpal shielding. A residual dentin thickness of 2 mm has been advocated to ensure pulpal protection (3). Effective ablation with minimal detrimental side-effects may be achieved by the use of ultrashort pulses in the pico- or femtosecond range. Efficient ablation of almost all tissue types should be possible at these parameters due to the ability of ultrashort pulses to interact with matter regardless of specific linear absorption characteristics (23, 45).

In this investigation, nanosecond-duration pulses of laser irradiation at 1064 nm at appropriate parameters caused minimal structural changes or damage in underlying dentin. Irradiated hard tissue surfaces showed almost a complete absence of thermal or mechanical damage in the form of cracks, craters or melting. Two factors which probably contribute to this phenomenon are the strong damping by the organic tooth matrix of acoustic waves, as well as the very short duration of the stress impulse. Similar results were obtained by Kimura et al (22, 26, 46) using the nanosecond-pulsed Nd:YAG laser, and by Niemz (45) using a picosecond Nd:YLF laser.

Caries removal using the laser was incomplete. Although Ehudin et al (47) reported the possibility of bonding resins to the collagenous structures in carious dentin, an adequate bond between the resin or the glass ionomer and
the residually carious tooth surface was not achieved in this investigation. These results are in agreement with resin bond-strength measurements performed on healthy hyperand demineralized dentin samples by Perdigao et al (48), where bond strengths were greatest with healthy dentin and weakest with demineralized dentin. Areas of hypermineralization and demineralization are found below or within carious lesions, respectively (48).

Glass-ionomer restorations were occasionally discoloured by the methylene blue dye, even in the absence of leakage at the tooth–restoration interface. This resulted from penetration of the dye into the restorative material, which appeared microscopically less homogeneous than the composite resin. Although some microleakage occurred with both materials, composite restorations recorded more specimens with deeper dye penetration than did the glass-ionomer restorations, suggesting that the dentinal tubules were better sealed at the tooth–restoration interface by the glass ionomer product. This is in agreement with the findings of Kaplan et al (49), who observed less microleakage in non-retentive cavities using glass ionomer cement than composite resin. Glass ionomer materials bond chemically to tooth substance, whereas composite resins rely on physical microretention through interdigitation with surface irregularities, without the establishment of a chemical bond.

No difference with regard to microleakage was observed between drill-prepared samples and specimens prepared by drilling followed by irradiation. This observation is doubtless related to an almost complete absence of laser-induced morphological changes in the present samples. Chemical changes have been reported in Nd-YAG laser-irradiated dentin, which might be expected to affect the tooth–restoration interface (51). However, those studies were performed at far greater energy densities using longer-pulsed irradiation than in the present investigation. White et al (50) also identified a physical modification threshold by longer-pulsed Nd-YAG irradiation for dentin which was significantly greater than the maximum 8 J cm$^{-2}$ used in the present investigation. Higher fluences were not used in this investigation because they caused manifestations of excessive thermal effects; smell of burning, charring and desiccation. Libermann et al (32) reported that finishing drill-prepared cavity walls with a defocused Nd-YAG laser beam increased marginal microleakage in extracted human teeth restored with glass ionomer cement.

The complex nature of the tooth–restoration interface is illustrated in a study by Melendez et al (52), in which significantly decreased bond strengths were determined using Ketac glass ionomer cements after CO$_2$ laser irradiation, but significantly elevated bond strengths resulted using Fuji glass ionomer cement. The significance of cement composition, cement delivery systems, and tooth-related factors remains unresolved, and illustrates well the need for further research into this topic.

Several investigators have reported enhanced dentinal bonding with composite materials after laser pre-treatment using the CO$_2$ laser; these effects are primarily attributed to changes in dentin surface morphology which enhance micro-interdigitation and retention (36, 40). However, routine clinical use of the CO$_2$ laser would require precise control of irradiation procedures to ensure a homogeneous effect whilst avoiding the sequellae of excessive heat generation. Very few investigations into the effects of laser irradiation on composite resin bonding have been performed at a wavelength of 1064 nm. Roberts-Harry et al (53) reported longer procedure durations, more discomfort and less reliable bond strengths using the Nd-YAG laser for etching of teeth prior to orthodontic bracket placement, as an alternative to conventional acid-etch techniques. However, it should be noted that in those investigations, laser irradiation was used as an alternative to acid-etch techniques, whereas in the present investigation, irradiation served as an adjunct to conventional treatment. The interaction between dental hard tissue and restorative materials is influenced by multiple factors; type of interaction, tooth-surface morphology and tooth-surface composition. The two latter entities can be affected by the laser configuration as an entity, comprising wavelength, fluence, total energy density, pulse duration, repetition rate and duty cycle. Thus, further investigations are required to study the effects of various laser parameters on subsequent bonding behaviour in enamel and dentin. Moreover, the influence of stresses such as thermocycling on the established interface should be documented before clinical application of these techniques is attempted. Several investigations on these topics are currently in progress.
The results of the present study demonstrate that thermal and morphological laser effects, as well as their influence on bonding mechanisms, must be fully investigated before clinical application of laser technology as an alternative to the dental drill is viable.

ACKNOWLEDGEMENTS

The authors thank Lih-Huei Liaw for generously contributing her time and expertise to this study. The authors are also indebted to Jo Bowman and Christine Anderson for their assistance with the illustrations and manuscript. The study was supported by DOE Grant DE903-91ER 01227, ONR N00014-90-0-0029, NIH RRO1192.

REFERENCES

1 Wigdor HA, Walsh JT Jr, Featherstone JD, Visuri SR, Fried D, Waldvogel JL. Lasers in dentistry. Lasers Surg Med 1995, 16:103-33
2 Zakariasen KL, MacDonald R, Boran T. Spotlight on lasers. A look at potential benefits. J Am Dent Assoc 1991, 122:58-62
3 White JM, Goodis HE, Setcos JC, Eakle S, Hulscher BE, Rose CL. Effects of pulsed Nd:YAG laser energy on human teeth: a three-year follow-up study. J Am Dent Assoc 1993, 4:45-51
4 Gordon TE. Single surface cutting of normal tooth with ruby laser. J Am Dent Assoc 1967, 74:198-202
5 Bruno D. Interaction of pulsed carbon dioxide laser beams with teeth in vitro. Scand J Dent Res 1980, 88:301-5
6 Stern RH, Sognnaes RF. Laser beam effect on dental hard tissues. J Dent Res 1964, 43:873
7 Melcer J, Chaumette MT. Treatment of dental decay by CO2 laser beam: Preliminary results. Laser Surg Med 1984, 4:311-21
8 Matsumoto K, Nakamura Y, Wakabayashi H, Arima M, Yamada Y, Kikuchi K. A morphological research on the cavity preparation by ArF excimer laser. Jpn J Conserv Dent 1980, 33:1139-42
9 Neev J, Liaw LH, Raney D, Fujishige J, Ho P, Berns M. Selectivity, efficiency, and surface characteristics of hard dental tissues ablated with ArF pulsed excimer lasers. Lasers Surg Med 1991, 11:499-510
10 Frenzen M, Koort H, Thiensirir J. Excimer lasers in dentistry: future possibilities with advanced technology. New Tech Dev 1992, 23:117-33
11 Lee J, Cheung E, Wilder-Smith P, Dosai TJ, Liaw LH, Berns MW. Thermal, ablative and physicochemical effects of XeCl laser on dentin. Biomed Optics 1995, 2394:188-95
12 Machida T, Wilder-Smith P, Arrastia AM, Liaw LH, Berns MW. Root canal preparation using the second harmonic KTP:YAG laser: a thermographic and scanning electron microscopic study. J Endodontics 1995, 21(2):88-91
13 Wilder-Smith P, Lin S, Nguyen A et al. Morphological effects of ArF excimer laser irradiation on enamel and dentin. Lasers Surg Med (in press)
14 Hibst R, Keller U. Experimental studies of the application of the Er:YAG laser on dental hard substances. Lasers Surg Med 1989, 9:338-51
15 Kelsey WP III, Blankenau RJ, Powell GL. Application of the argon laser to dentistry. Lasers Surg Med 1991, 11:495-8
16 Zach L, Cohen G. Pulp response to externally applied heat. Endodontics 1965, 19:515-30
17 Boehm R, Rich J, Webster J, Janke S. Thermal stress effects and surface cracking associated with laser use on human teeth. J Biomech Eng 1977, 77:189-94
18 Sandford MA, Walah LJ. Differential thermal effects of pulsed vs. continuous CO2 laser radiation on human molar tooth. J Clinical Las Med Sur 1994, 12:339-42
19 Cox CJ, Pearson GJ, Palmer G. Preliminary in vitro investigation of the effects of pulsed Nd:YAG laser radiation on enamel and dentine. Biomaterials 1994, 15:1145-51
20 Anic I, Vidovic D, Luic M, Tudja M. Laser induced molar tooth pulp chamber temperature changes. Caries Res 1992, 26:165-9
21 Shariati S, Pogrel MA, Marshall GW, White JM. Structural changes in dentin induced by high energy, continuous wave carbon dioxide laser. Lasers Surg Med 1993, 13:543-7
22 Kimura Y, Arrastia-Jitosho AM, Wilder-Smith et al. Thermal, microstructural and physicochemical effects of nanosecond pulsed Nd:YAG laser irradiation on dentin. Lasers Surg Med (in press).
23 Neev J, Rubenchik A, Da Silva L et al. Dentin and enamel ablation with ultrashort pulse laser: considerations for a practical drilling device J Dent Res (in press)
24 Wilder-Smith P, Arrastia AM, Grill G, Liaw LH, Berns MW. Thermal microstructural effects of nanosecond pulsed Nd:YAG laser irradiation on tooth root surface. SPIE Proc 1995, 2394:18
25 Wilder-Smith P, Arrastia A, Schell MJ, Liaw LH, Berns MW. Effect of Nd:YAG laser irradiation and root planing on the root surface—structural and thermal effects. J Periodontol 1995, 66:1032-9
26 Kimura Y, Arrastia AM, Wilder-Smith P, Matsumoto K, Berns MW. Effect of nanosecond pulsed Nd:YAG laser irradiation on temperature, microstructure and caries susceptibility of dentine. SPIE Proc 1995, 2394:19
27 Nelson DGA, Wefel JS, Jongebloed WL, Featherstone JDB. Morphology, histology, and crystallography of human dental enamel treated with pulsed low-energy infrared laser radiation. Caries Res 1987, 21:411-26
28 Kantola S, Laine E, Tarna T. X-ray diffraction study of dental enamel exposed to a CO2 laser. Laser-induced effects on tooth structure. J Dent Res 1975, 31:366-79
29 Dzubur AA, Vidovic D, Tudja M. Temperature and surface changes of dentine and cementum induced by CO2 laser exposure. Inter Endodontic J 1993, 6:284-93
30 Arcoria CJ, Lippas MG, Vitasek BA. Enamel surface roughness analysis after laser ablation and acid-etching. J Oral Rehab 1993, 20:213-24
31 Spencer P, Trylovich DJ, Cobb CM. Chemical characterization of laser root surfaces using Fourier transform infrared photoacoustic spectroscopy. J Periodontol 1992, 63:633-6
32 Liberman R, Eli I, Imber S, Shlezinger I. Glass ionomer cement restorations: the effects of lasers in the cavity walls on marginal microleakage. Clin Prevent Dent 1990, 12:5-8
Cavity Preparation Using a Nanosecond-pulsed Nd-YAG Laser

33 Scherman L, Zeboulou S, Goldberg M. Use of the CO₂ laser in enamel-dentin bonding procedures: experimental findings. *Actualités Odonto-Stomatologiques* 1990, 44:365-82

34 Silberman JJ, Dederich DN, Vargas M, Denchy GE. SEM comparison of acid-etched, CO₂ laser-irradiated, and combined treatment on dentin surfaces. *Lasers Surg Med* 1994, 15:269-76

35 White JM, Goodis HE, Rose CM, Khosrovi, Hornberger B. Shear bond strength of Nd:YAG laser treated dentin. *J Dent Res* 1992, 70:397

36 Dederich DN, Hinkleman KW, Albert A, Tulip J. Effects of carbon dioxide laser on dentin bonding. *J Dent Res* 1989, 68:868

37 Shaw PR, Dummett CO Jr, Sarkar NK, Lancaster DM. Effect of a Nd:YAG laser treatment on dentin-resin shear bond. *J Dent Res* 1993, 72:131

38 Marshall GW, Watanabe L, Strawn SE, Marshall SJ, White JM, Goodis HE. Adhesion of new bond agents to lased and unlased dentin. *J Dent Res* 1993, 72:133

39 Laurell K, Dodd B, Johnston W. Nd:YAG laser effects on dentinal bonding. *J Dent Res* 1993, 72:137

40 Cooper LF, Myers ML, Nelson DGA, Mowery AS. Shear strength of composite bonded to laser pre-treated dentin. *J Prosthet Dent* 1988, 60:459-9

41 Walsh LJ, Abood D, Brockhurst PJ. Bonding of resin composite to carbon dioxide laser-modified human enamel. *Dent Materials* 1994, 10:162-6

42 Pashley DH. In vitro simulations of in vivo bonding conditions. *Am J Dent* 1991, 4:237-40

43 Myers TD, Myers WD. The use of a laser for debride-ment of incipient caries. *J Prosthet Dent* 1985, 53:776-9

44 Parkins FM, Miller RL, Furnish GM, O'Toole TJ. A preliminary report: YAG laser treatment in pediatric dentistry. *J Calif Dent Assoc* 1991, 19(11):43-4, 46-8, 50

45 Niemz MH. Cavity preparation with the Nd:YLF picosecond laser. *J Dent Res* 1995, 74:1194-9

46 Tran B, Wilder-Smith P, Arrastia AM, Grill G, Liaw L-H, Berns MW. Nanosecond pulsed Nd:YAG laser irradiation effects on radicular surface. *Am Soc Laser Med Surg* 1995, 79:A376

47 Ehudin DZ, Thompson VP. Tensile bond strength of dental adhesives bonded to simulated caries-exposed dentin. *J Prosthet Dent* 1994, 71:165-73

48 Perdigao J, Swift EJ Jr, Denhey GE, Wefel JS, Donly KJ. In vitro bond strengths and SEM evaluation of dentin bonding systems to different dentin substrates. *J Dent Res* 1994, 73:44-55

49 Kaplan I, Mincer HH, Harris EF, Cloyd JS. Microleakage of composite resin and glass ionomer cement restorations in retentive and nonretentive cervical cavity preparations. *J Prosth Dent* 1992, 68:616-23

50 White JM, Goodis HE, Marshall GW Jr, Marshall SJ. Identification of the physical modification threshold of dentin induced by neodymium and holmium YAG lasers using scanning electron microscopy. *Scanning Microsc* 1993, 7:239-45; discussion 245-6

51 Spencer P, Trylovich DJ, Cobb CM. Chemical characterization of laser root surfaces using FTIR spectroscopy. *J Periodontol* 1992, 63:633-6

52 Melendez EJ, Arcoria CJ, Dewald JP, Wagner MJ. Effect of laser-etch on bond strengths of glass ionomers. *J Prosth Dent* 1992, 67:307-12

53 Roberts-Harry DP. Laser etching of teeth for orthodontic bracket placement: a preliminary clinical study. *Lasers Surg Med* 1992, 12:467-70

*Key words:* Microleakage; Interface; Bonding; Dentin; Tooth; Nd-YAG laser; Resin; Glass ionomer cement